Variability in the physico-chemical properties of wood from Eucalyptus robusta depending on ecological growing conditions and forestry practices: The case of smallholdings in the Highlands of Madagascar

Zo Elia Mevanarivo, Tahiana Ramananantoandro, Mario Tomazello Filho, Alfredo Napoli, Andriambelo Radonirina Razafimahatratra, Herintsitohaina Ramarson Razakamanarivo, Gilles Chaix

To cite this version:
Zo Elia Mevanarivo, Tahiana Ramananantoandro, Mario Tomazello Filho, Alfredo Napoli, Andriambelo Radonirina Razafimahatratra, et al.. Variability in the physico-chemical properties of wood from Eucalyptus robusta depending on ecological growing conditions and forestry practices: The case of smallholdings in the Highlands of Madagascar. MADERAS: Ciencia y Tecnología, Universidad del Bío-Bío, 2020, 22 (4), pp.425-438. 10.4067/S0718-221X2020005000401. hal-03024948

HAL Id: hal-03024948
https://hal.inrae.fr/hal-03024948
Submitted on 26 Nov 2020

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers.

L’archive ouverte pluridisciplinaire HAL, est destinée au dépôt et à la diffusion de documents scientifiques de niveau recherche, publiés ou non, émanant des établissements d’enseignement et de recherche français ou étrangers, des laboratoires publics ou privés.

Distributed under a Creative Commons Attribution 4.0 International License
VARIABILITY IN THE PHYSICO-CHEMICAL PROPERTIES OF WOOD FROM *Eucalyptus robusta* DEPENDING ON ECOLOGICAL GROWING CONDITIONS AND FORESTRY PRACTICES: THE CASE OF SMALLHOLDINGS IN THE HIGHLANDS OF MADAGASCAR

Zo Elia Mevanarivo¹, Tahiana Ramananantoandro¹, Mario Tomazello Filho², Alfredo Napoli¹, Andriambelo Radonirina Razafimahatratra¹, Herintsitohaina Ramarson Razakamanarivo¹, Gilles Chaix⁵,⁶,♠

ABSTRACT

This study set out to determine which environmental factors of growth and silvicultural practices can affect the properties of *Eucalyptus robusta* coppice wood and also to study variability in those properties depending on the factors. Hundred and thirty-five coppice logs aged 2 to 10 years were collected from five zones in the Highlands of Madagascar. Wood density at 12% moisture content was measured by X-ray microdensitometry. Chemical properties, such as the total extractives, Klason lignin and holocellulose contents were predicted using near infrared spectrometry prediction models. The results significantly showed (p-value<0.001) that wood density (543 – 836 kg/m³), total extractives (3.1 – 9.8%) and Klason lignin content (24.6 – 35.3%) increased with age, with the opposite occurring for holocellulose (63.8 – 69.9%). Wood density also varied significantly (p-value<0.001) depending on the zones, which was not the case for chemical properties. The densest woods were found at the hottest zones with less acid soils. Woods were less dense in zones, characterized by high rainfall and a soil rich in nitrogen and organic carbon. The plantation spacing, elevation of the zone and soil texture did not significantly affect wood properties.

Keywords: Climate, *Eucalyptus robusta*, coppice, wood properties, rotation, soil, silvicultural practices.

INTRODUCTION

The fact that the genus *Eucalyptus* adapts to a broad range of environments offers enormous possibilities for producing multi-purpose woods to meet increasing demands worldwide (Hein et al. 2012). This makes this genus one of the most widely grown in the tropical and subtropical regions of the world (Gion et al. 2011). *Eucalyptus* trees are also fast-growing and usually supply good quality wood and tree shape, which enables multiple uses. Density and chemical properties, such as Klason lignin, and holocellulose contents, along with total extractives, are important characteristics for assessing the quality of wood and informing on its potential uses (Malik and Abdelgadir 2015). According to Gonçalves et al. (2004), Thomas et al. (2007), Zobel and Buijtenen (2012), these properties vary depending on the growing environment and genetic factors. The environmental factors are particularly the annual mean temperature, annual mean rainfall, elevation, along with soil chemical properties and texture, plantation spacing, and rotation length (Cutter et al. 2007, Zobel and Buijtenen 2012).

Wood density varies differently, depending on the regional climate and the species involved. In general,
woods are denser under growing conditions with higher temperatures and lower rainfall (Drew et al. 2017). Anatomically, the adaptation of a tree to climatic factors is reflected in variations in the size and frequency of vessels, and of fibre walls, which consequently affects wood density (Roderick and Berry 2001, Searson et al. 2004). In addition, fast-growing trees, such as E. urophylla x E. grandis hybrid, produce wood with less lignin than slow-growing trees (Makouanzi et al. 2017). Wood lignin and cellulose contents are negatively correlated (Trugilho et al. 1996) and fast-growing trees are expected to produce wood with more cellulose.

Wood properties are also affected by silvicultural practices (Gonçalves et al. 2004). A lower planting density reduces competition for light, nutrients and water, thereby affecting the volume and density of the wood produced. Likewise, soil fertilization affects vessel frequency and fibre wall thickness, hence wood density (Lima et al. 2010). In addition, the forestry regime governs wood properties. According to Zobel and Buijtenen (2012), the physico-chemical properties of woods of the same age do not usually display any large differences between coppice and/or high forest management. However, Zbonak et al. (2007) found that coppice wood is less dense than that produced from a high forest. Many studies have been carried out on Eucalyptus coppicing, but mainly focusing on tree growth. Very few studies have analyzed wood properties with this type of management (Zbonak et al. 2007, Zobel and Buijtenen 2012). More specifically for E. robusta, studies involving high forest wood have mainly focused on physical and mechanical properties (Carvalho et al. 2016, Jiofack-Tafokou 2008) and not on the physico-chemical properties of coppice wood, yet properties such as density greatly influence charcoal quality (Gough et al. 1989).

The genus Eucalyptus was introduced into Madagascar towards the end of the 19th century (Verhaegen et al. 2011). Eucalyptus trees then became the most widely used exotic species for reforestation in Madagascar and they can now be considered as naturalized. Plantations for timber or energy wood production, mostly Eucalyptus and pine, meet the needs of the population. Eucalyptus plantations are estimated to occupy 235000 hectares, and E. robusta is the most common species with around 147000 ha (Randrianjafy 1999, Verhaegen et al. 2011). Although E. robusta has been tested in many tropical and subtropical countries, Madagascar is the only country in the world where it is the most widely planted tree species (Rakotomalala 2015). The plantations are found primarily in the Highlands in the middle of the island (Randrianjafy 1999, Razakamanarivo et al. 2012). They mostly belong to smallholders (Ramamonjisoa 1999) and are managed as short-rotation (between 2 and 5 years) coppices, without fertilization or any particular forestry cares (Razakamanarivo et al. 2012, Razakamanarivo et al. 2010, Rakotomalala 2015). Apart from few studies on forestry management (Verhaegen et al. 2011), genetic improvement (Rakotomalala 2015), production in terms of wood volume and energy wood (Razafimahatratra et al. 2016, Razakamanarivo et al. 2012), the physical and mechanical properties of high forest woods (Rakotovao et al. 2012) and the impact of the stand on soil carbon stocks (Razakamanarivo et al. 2010), no study has investigated factors that influence the physico chemical properties of coppice woods. Yet, such knowledge is important for more effective management of E. robusta plantations in Madagascar to improve wood quality for various uses.

The purpose of the study was therefore to determine how environmental factors and forestry management methods affect the properties of E. robusta coppice wood in the Malagasy context. As the genetic diversity of E. robusta in Madagascar is very low (Verhaegen et al. 2011), we decided to focus on studying how different ecological growing conditions and cutting frequencies affect the properties of E. robusta wood.

MATERIALS AND METHODS

Description of the study zones

Five zones in the area of distribution of E. robusta plantations were chosen for the study. They were located in the Highlands of Madagascar (Figure 1). Three sites representative of the zones were selected for each of them.
Figure 1: Location of the study zones.

Table 1 lists the characteristics of the study zones according to the environmental factors considered. The study zones differed in terms of elevation, climate and soil texture. Andasibe lies in a humid, lowland region. Anjozorobe, Fianarantsoa, Itasy and Manjakandriana lie in subhumid highland zones. The highest temperature was encountered at Fianarantsoa and the lowest at Manjakandriana. The soils in the 5 zones are somewhat clay-rich and vary in sand and silt rates.

Table 1: Characteristics of each study zone depending on environmental factors.

| Sites            | Elevation (m) | Mean annual temperature (°C) | Mean annual rainfall (mm) | Soil texture Sand–Clay–Silt (%) |
|------------------|---------------|------------------------------|---------------------------|--------------------------------|
| Andasibe         | 896 - 954     | 19.0                         | 1545                      | Sandy clay 26 - 35 - 7          |
| Anjozorobe       | 1311 - 1387   | 19.1                         | 1180                      | Clay 10 - 49 - 9                |
| Fianarantsoa     | 1096 - 1451   | 20.1                         | 945                       | Sandy clay 25 - 36 - 7          |
| Itasy            | 1364 - 1406   | 19.1                         | 1370                      | Clay 14 - 46 - 13               |
| Manjakandriana   | 1426 - 1457   | 17.6                         | 1242                      | Sandy clay loamy 26 - 27 - 10   |

Sources: Meteorological service of the Madagascar Ministry of Transport and Meteorology (2007 - 2016).

The environmental factors considered here were elevation, climate (MAT and MAR) and soil properties. The silvicultural parameters were the forestry regime, rotation length and tree density in the plantations.
Soil sampling and analyses

Soil samples were taken at each site from a soil pit (30 cm x 30 cm x 70 cm), along with 3 auger samples taken around it. The soil texture was determined by sedimentation granulometry using the pipette method (Rzasa and Owczarzak 2013). The finer particles (clay and fine silt) were quantified by decantation. The coarser particles (coarse silt, sand) were separated by dry screening.

The pH was obtained using a solution with a soil/distilled water ratio of 1:2.5 (Conyers and Dav-ey 1988) 0.01 M CaCl₂, and 0.1 M KCl, at dilution ratios 5:1, 2.5:1, and 2:1 solution: soil, were found to be highly correlated over a wide pH range. The regression equations, obtained on a small group of New South Wales soils under strict laboratory conditions, were similar to those reported in comparative studies from Britain (Davies 1971). Organic carbon was measured by the titration method (Walkley and Black 1934) and total nitrogen was measured by quantification on a Kjeldahl continuous flow analyser (SKALAR) (Bradstreet 1954). Available phosphorus was quantified on a spectrophotocolorimeter (Olsen et al. 1954) and the cation exchange capacity (CEC) by cobaltihexamine extraction and quantification on an atomic absorption spectrometer (Ciesielski et al. 1997).

Making test-pieces

Wood samples were collected from the different coppice-managed *E. robusta* smallholder plantations. For each site in each zone, the suckers were 2 to 10 years old. The age was determined by interviewing the managers. In all, 135 plants were sampled. The plantation spacing differed depending on the stands and the owners, varying from 4m x 4m, to 3m x 3m and 3m x 2m.

A stem without any apparent defects was cut from each stump. A log was cut from each stem 1.30 m above the stump. Two 1.5-cm disks were cut from each log. A diametral strip measuring 1 cm wide by 1.7 mm thick was made from one of the disks to assess wood density at a 12% moisture content. The second disk was ground to 4 mm to assess chemical properties (Figure 2).

Wood property measurements

Density

The samples were placed in a climate chamber at 20°C and 65% moisture for 96 h up to stabilization at a theoretical 12% moisture content. The density (d12) of the samples was determined by X-ray microdensitometry on a specific QTRS-01X instrument controlled by QMS Tree Ring System software (Quintek Measurement Systems). For each wood sample, we obtained a density profile along the radius taking measurements every 80 µm.

Wood chemical properties

The chemical properties of the wood, such as extractives (EXT), Klason lignin (KL) and holocellulose
(HOLO) contents were predicted using existing prediction models and near infrared (NIR) spectroscopy spectra measured on the wood samples from the study (Chaix 2012). As for the pre-established models, we used a Bruker Vector 22/N model spectrophotometer. The spectra were measured on the longitudinal surface of all the previously moisture-stabilized samples.

Statistical analyses

Statistical analyses were carried out with the Rstudio version of R software (R Core Team 2017). The relations between environmental factors, silvicultural practices and wood properties were determined with Pearson’s coefficient. Some Y=aX+b type linear models were established to show relations between the variables. Variance analyses were used to investigate how the studied factors affected wood properties. The Tukey test was used to determine groups with significant differences at the 5% limit depending on the factors analysed.

RESULTS AND DISCUSSION

Description of wood physico-chemical properties per study zone

The descriptive data for the 12% density and chemical properties of the wood per study zone are presented in Figure 3.

Figure 3: Variability in wood density and chemical properties between and within regions: (a) wood density according to regions, (b) total extractives content according to regions, (c): Klason lignin content according to regions, (d) holocellulose content according to regions.

Density varied from 543 to 836 kg/m³ and differed significantly between the regions (p-value<0.001). Two groups stood out, with Manjakandriana, Andasibe and Anjozorobe in the first, and Fianarantsoa and Itasy in the second. Based on the factors characterizing the regions, we found no explanation for the formation of these two groups. For example, the Fianarantsoa region was the driest, while the Itasy region was among the wettest.

The extractives, Klason lignin and holocellulose rates varied from 3.1 to 9.8%, 24.6 to 35.3% and 63.8 to 69.9% respectively, but did not differ significantly between the regions (p-value>0.05). These results might be explained by the effects of the different ecological growing factors characterizing each zone, and especially their interactions.
Relations between wood properties, silvicultural practices and environmental factors

The correlations between silvicultural practices, environmental factors and wood properties are described in Table 2.

**Table 2**: Coefficient of correlation between wood properties and the variables representing silvicultural practices and environmental factors.

| Factors                      | Wood density | Total extractives | Klassen lignin | Holocellulose |
|------------------------------|--------------|-------------------|---------------|---------------|
| Age of rotation              | 0.46**       | 0.58***           | 0.72***       | -0.50***      |
| Plantation spacing           | -0.11        | 0.01              | 0.10          | -0.06         |
| Zone elevation               | -0.15        | 0.13              | -0.12         | 0.10          |
| Mean rainfall (MAR)          | -0.18*       | -0.15             | -0.07         | 0.05          |
| Mean temperature (MAT)       | 0.35**       | 0.00              | 0.04          | -0.01         |
| Soil pH                      | 0.29***      | 0.10              | -0.14         | 0.07          |
| Soil nitrogen                | -0.35***     | -0.02             | 0.14          | 0.01          |
| Soil organic carbon          | -0.28**      | 0.04              | 0.11          | 0.03          |
| Soil phosphorus              | -0.07        | -0.02             | 0.05          | -0.07         |
| Cation Exchange Capacity     | -0.13        | -0.17             | 0.11          | -0.04         |
| Clay                         | 0.15         | -0.03             | -0.01         | -0.03         |
| Silt                         | 0.13         | 0.12              | -0.1           | 0.08          |
| Sand                         | -0.17        | -0.03             | 0.06          | -0.01         |
| Wood density                 | 0.38**       | 0.33***           | -0.24*        |
| Total extractives            | 0.65***      | -0.74**           |
| Klassen lignin               | -0.81***     |

*: significant at 5% limit, **: significant at 1% limit, ***: significant at 0.1% limit.

An analysis of the correlations showed that, out of the factors studied, wood age, MAR and MAT, along with soil chemical properties, such as pH, nitrogen and organic carbon contents, were related to wood density. Only wood age was related to both d12 and the EXT, KL and HOLO contents and therefore appeared to be the most important factor. However, the tree density per hectare, elevation and certain soil properties, such as phosphorus content, cation exchange capacity and texture, did not affect wood physico-chemical properties.

Tree density per hectare had more of an influence on biomass production (Gonçalves et al. 2004). DeBell et al. (2001) showed for E. saligna that a wide spacing (4m * 4m) between trees significantly increased tree diameter, not wood density. Bravo et al. (2012) also showed for E. nitens that tree spacing as a result of thinning does not affect wood density but tree diameter. Likewise, soil texture governed root development and soil drainage rather than affecting wood properties (Gonçalves et al. 2004). In addition, according to Drew et al. (2017), variability in wood properties depending on elevation is often associated with the effects of a temperature change. Our results were along the same lines as regards the effect of the mean annual temperature on wood density.

**Environmental effect on wood density**

**Climate effect on wood density**

Figure 4 shows the relation between climate and wood density.
Variability in the physico-chemical properties of wood: Mevanarivo et al.

Figure 4: Effect of temperature and rainfall on wood density at the 15 sites considered in Madagascar: (a) wood density depending on the mean annual temperature of the study zones, (b) wood density depending on the mean annual rainfall of the study zones.

Wood density presents some significant differences depending on MAT and MAR (p-value<0.001). It was positively correlated with MAT and negatively with MAR. In general for Eucalyptus wood, wood density has been found to be positively correlated with the temperature of the study zone (Drew et al. 2017, Thomas et al. 2007). Muneri et al. (2007) obtained the same result with E. dunnii wood, as did Thomas et al. (2007) for E. camaldulensis. Temperature affects cambial activity, and thereby the thickness of fibre cell walls and the number and distribution of vessels (Roderick and Berry 2001), hence wood density. A denser wood has fibres with thicker fibre walls, smaller vessels and a lower vessel frequency (Malan 1995). These changes correspond to the adaptation of the tree to heat and water stress. In some warmer regions sap viscosity decreases, making it more fluid (Roderick and Berry 2001). Smaller, or less numerous vessels are better adapted to transporting sap to leaves at higher temperatures (Thomas et al. 2007).

As has been presented in the literature, the density of E. robusta wood decreases when rainfall increases. Generally speaking, wood produced under water stress is denser (Drew et al. 2017). Downes et al. (2006), Downes et al. (2014) showed that the wood of E. globulus increases in response to reduced water availability. Searson et al. (2004) found similar results with E. grandis, E. sideroxylon and E. occidentalis, as did Downes et al. (2006) for E. nitens. Smaller vessels with thicker cell walls are more appropriate for adapting to water stress and resisting embolism risks, and they lead to a higher wood density (Searson et al. 2004). It therefore seems that wood from coppices react in the same way as wood from high forest.

Effect of soil chemical characteristics on wood density

Figure 5 shows the relation between certain soil chemical characteristics (pH, organic carbon and nitrogen) and wood density.
Figure 5: Effects of soil chemical components on wood density for the sites considered in Madagascar: (a) Correlation between wood density and soil pH, (b) Correlation between wood density and soil organic carbon content, (c) Correlation between wood density at 12% moisture content and soil nitrogen content.

Wood density was significantly correlated with the soil pH, nitrogen content (N) and organic carbon content (C). The correlation was positive for pH and negative for the C and N contents. Soil fertility could have an effect on vessel frequency as Lima et al. (2010) showed. Thus, the density of hardwood trees is generally lower on more fertile soils, which are conducive to faster tree growth (Cutter et al. 2007). Naidoo et al. (2007) showed for E. grandis that wood density decreases when the soil organic carbon content increases. This leads to an increase in the percentage of wood vessels with thinner fibre walls on an organic carbon-rich soil. Indeed, the soil’s water-holding capacity increases significantly with the quantity of organic carbon in the soil (Rawls et al. 2003). We used the U.S. National Soil Characterization database and the database from pilot studies on soil quality as affected by long-term management. Regression trees and group method of data handling (GMDH). This reflects the influence of water availability on wood density (Figure 4b).

Some authors found different results for how nitrogen applications affect wood properties. DeBell et al. (2001), Downes et al. (2014) showed that nitrogen did not have any effect on the wood density of E. saligna, E. globulus and E. grandis. Raymond and Muneri (2000) showed that the effect of nitrogen on the wood density of E. globulus varied depending on the site. They also found that the wood density of E. globulus was lower on a soil fertilized with nitrogen and phosphorus. Eufrade-Junior et al. (2017) showed for E. urophylla x E. grandis hybrids that wood density increases in response to enhanced nitrogen intake associated with phosphorus and potassium. Thus, the tendency of wood density in relation to soil nitrogen might vary according to the amount applied and depending on the nutrients present or applied with the nitrogen, on the species and on silvicultural practices.

Variability in pH depends on the chemical composition of the soil; a high nitrogen content corresponds to a more acid soil. According to Figure 5c, wood density decreases as the nitrogen content increases. Thus, the less acid the soil is, the higher the wood density will be for E. robusta.

Effect of coppice rotation age on wood properties

Figure 6 shows the effect of the rotation length, hence wood age, on the density of E. robusta wood and its chemical properties depending on the study zones.
Figure 6: Correlation between the age and properties of *E. robusta* wood: (a) correlation between age and density, (b) correlation between age and extractives content, (c) correlation between age and lignin content, (d) correlation between age and holocellulose content.

Wood density displayed significant differences (p-value<0.001) depending on the sites and was positively correlated with wood age. *E. robusta* wood became denser with age for all the study zones. Several authors have shown identical results on some *Eucalyptus* species: *E. saligna* from 12 to 48 months (Trugilho et al. 1996), *E. grandis* from 2 to 6 years (Sette Jr et al. 2012) and *E. urophylla x E. grandis* clones from 3 to 7 years (Castro et al. 2016). This tendency would appear to come from changes in the cambial meristem and from physiological and mechanical demands resulting from the tree development process (Sette Jr et al. 2012). It is reflected in the thickening of fibre walls, notably for mechanical aspects, and a reduction in vessel size (Sette Jr et al. 2012) to avoid cavitation, as the distance covered by the sap from roots to leaves is greater.

The total extractives content of wood is positively correlated with age. Severo et al. (2006) found that the total extractives content of *E. citriodora* wood tended to be lower in young woods, due to the larger quantity of juvenile wood. One of the characteristics of juvenile woods is their low extractives content as they are still lacking heartwood (Koga 1988). Santana et al. (2012) showed similar results on *E. grandis x E. urophylla* clones, as did Wehr (1991), during a study on *E. grandis* woods of different ages. The increase in the extractives content in older woods is linked to the wood maturing process, more particularly to duraminization. Extractives, particularly polyphenols, are released during the transition from juvenile wood to mature wood (Trugilho et al. 1996).

Klason lignin and holocellulose contents are highly variable depending on the species, the cell layers and even between the different layers of the wall of the same cell. In our study, they were negatively correlated (r=-0.81) with each other: the lignin content increased with age and the opposite was the case for holocellulose. Protásio et al. (2014) showed the same tendencies on four *Eucalyptus* clones (57 and 69 months old). Hsing et al. (2016) showed that the lignin and holocellulose contents of some *E. grandis x E. urophylla* clones did not have any clearly defined tendency linked to age. However, Trugilho et al. (1996) showed for *E. saligna* that lignin content tended to decrease with age up to 4 years. This was because younger trees tend to have a larger proportion of juvenile wood, which is richer in lignin than mature wood (Koga 1988, Trugilho et al. 1996). According to Jankowsky (1979), the juvenile wood period varies depending on the species. It can extend up to 20 years for certain *Eucalyptus* species (Jankowsky 1979). Koga (1988) showed that a trunk can be formed of 85% juvenile wood at 15 years old, whereas it is 10% at 30 years old. The tendency of the lignin content in our study could therefore be explained by the fact that the samples considered mostly consisted of juvenile wood and were therefore richer in lignin.

Consequence of rotation age for production in terms of merchantable wood volume, its density and soil properties

Until now, the optimum *E. robusta* coppice cutting age in Madagascar has been determined based on the
volume of wood produced. Randrianjafy and Deleporte (1995) drew up production tables and proposed optimum ages per site. Yet, it would be interesting to determine the optimum *E. robusta* coppice cutting age taking into account both the increase in wood volume and the variation in basic wood density (Figure 7).

![Figure 7: Variability of *E. robusta* wood density and its production in terms of merchantable volume over bark according to age and for an average fertility class (according to Randrianjafy and Deleporte 1995). AAI: (average annual increment in volume): average annual increment in merchantable volume over bark in m³:ha, since planting. CAI: (current annual increment in volume): current annual increase in merchantable volume over bark in m³:ha; it is the volume produced over a short period (1 year).](image)

For an average fertility class, the current annual increment curve for the merchantable volume of wood per hectare increased up to 5-6 years, decreasing thereafter. The curve for the average increment in merchantable volume of wood per hectare displayed peaks at around 8-9 years. The two curves crossed over in the 11th year, which therefore corresponds to the optimum cutting age for the volume of wood produced. Considering that wood density increases with age, the proposal to cut at 11 years is coherent. Nevertheless, in order to take into account socio-economic aspects whereby *E. robusta* wood is in great demand and the owners often have money problems that prevent them from waiting for a long rotation, the average rotation recommended for *E. robusta* cutting in Madagascar is, in fact, 7 years (Ramamonjisoa 1999). At that age, wood density is around 694 kg/m³.

In addition, the rotation age of *Eucalyptus* coppices affects soil physical and chemical properties. The nutrients involved are primarily organic carbon, total nitrogen, exchangeable calcium, exchangeable magnesium and the cationic exchange capacity of the soil (Zhao *et al.* 2014). These nutrients are essential for sucker growth. For instance, the nutrient content of soil decreases after each cutting operation, through exports resulting from coppice logging. Consequently, the more frequent the cutting operations, the more the soil becomes impoverished, leading to weaker sucker growth. In addition, for *E. robusta* in Madagascar, soils are not fertilized between cutting operations. The situation is worsened through the collection of *E. robusta* coppice litter for local domestic energy requirements and fertilizing crop fields.

It can therefore be concluded that the tendency in Madagascar to shorten the coppice rotation age by up to 2-3 years affects not only wood properties, but also those of the soil. The wood produced is less dense, thereby reducing its qualities for use as timber, or for energy purposes. In addition, this type of management reduces soil fertility and, thereby, coppice productivity.
CONCLUSIONS

*E. robusta* plantations in Madagascar produce denser wood in the hotter regions and on less acid soils. Conversely, wood density is low in wetter zones with soils richer in nitrogen and carbon. Thus, the conditions at Fianarantsoa and Itasy are more suitable for denser wood production, unlike at Manjakandriana and Andasibe. The plantation spacing, elevation of the zone and soil texture do not affect the physico-chemical properties of wood from *E. robusta* trees planted in the Highlands of Madagascar.

The age of wood is the only factor affecting the most important aspects of its chemical composition. The oldest woods have higher extractives and lignin contents, with the opposite being the case for holocellulose. Given the increase in wood volume and its properties required for use as timber or energy wood, the recommended cutting age for *E. robusta* coppices in Madagascar is 7 years old. The current tendency to shorten the coppice rotation length by up to 2 years, and the increase in cutting frequency, have a negative effect not only on the physico-chemical properties of the wood, but also on soil fertility.

A further study is needed to investigate how these silvicultural practices affect the quality and yield of charcoal depending on the physico-chemical properties of the wood. These results provide some important information for greater optimization of production in Madagascar *E. robusta* plantations.

ACKNOWLEDGEMENTS

Our thanks to CIRAD for PhD grant for Zo Elia Mevanarivo, the project “Wood formation and controls under mineral and water stress on *Eucalyptus*” by Agropolis Fondation and Capes under the reference ID 1203-003 through the “Investissements d’avenir” programme (Labex Agro: ANR-10-LABX-0001-01) and DP Forêt et Biodiversité for funding the thesis, to ESSA/UFR Bois, to FOFIFA/DRFGRN, to ESALQ/LAIM laboratory at the University of São Paulo in Piracicaba (Brazil) along with the AGAP joint research unit and BIOWOOEB research unit at CIRAD in Montpellier for their hospitality and technical support. We also thank LRI-Antananarivo for soil analyses. We are grateful to the plantation owners for granting us access to their plantations and allowing us to collect wood samples. We thank too Mr Peter Biggins for proofreading the manuscript. These results are part of Zo Elia Mevanarivo’s thesis work.

REFERENCES

Bradstreet, R.B. 1954. Kjeldahl method for organic nitrogen. *Anal Chem* 26(1): 185–187. https://doi.org/10.1021/ac60085a028

Bravo, S.D.; Espinosa, M.; Valenzuela, L.; Cancino, J.; Lasserre, J.P. 2012. Effect of thinning on growth and some properties of wood of *Eucalyptus nitens* in a plantation of 15 years old. *Maderas-Cienc Tecnol* 14(3): 373-388. https://doi.org/10.4067/S0718-221X2012000300019.

Carvalho, D.E.; Martins, A.P.M.; Santini, E.J.; Sarturi-De Freitas, L.; Talgatti, M.; Susin, F. 2016. Natural durability of *Eucalyptus dunnii* Maiden, *Eucalyptus robusta* Sm., *Eucalyptus tereticornis* Sm. and *Hovenia dulcis* Thunb. *Rev Arvore* 40(2): 363–370. https://doi.org/10.1590/0100-67622016000200019.

Castro, A.F.N.M.; Castro, R.V.O.; Carneiro, A.C.O.; Santos, R.C.; Carvalho, A.M.M.L.; Trugilho, P.F.; Melo, I.C.N.A. 2016. Correlations between age, wood quality and charcoal quality of *Eucalyptus* clones. *Rev Arvore* 40(3): 551–560. https://doi.org/10.1590/0100-67622016000300019.

Chaix, G. 2012. Global NIRS models to predict main chemical compounds of *Eucalyptus* wood. In: 2012 IUFRO Conference. Division 5 Forest products, 8-13 July 2012, Lisbon, Portugal. IUFRO, ISA, CEF: Vienne. 214.
Ciesielski, H.; Stereckeman, T.; Santerne, M.; Willery, J. 1997. Determination of cation exchange capacity and exchangeable cations in soils by means of cobalt hexamine trichloride. Effects of experimental conditions. Agronomie 17(1): 1–7. https://doi.org/10.1051/agro:19970101.

Conyers, K.M.; Davey, G.B. 1988. Observations on some routine methods for soil pH determination. Soil Sci 145(1): 29-36.

Cutter, B.E.; Coggeshall, M.V.; Phelps, J.E.; Stokke, D.D. 2007. Impacts of forest management activities on selected hardwood wood quality attributes: a review. Wood Fiber Sci 36(1): 84–97. https://lib.dr.iastate.edu/nrem_pubs/268

Debell, D.S.; Keyes, C.R.; Gartner, B.L. 2001. Wood density of Eucalyptus saligna grown in Hawaiian plantations: effects of silvicultural practices and relation to growth rate. Australian Forestry 64(2):106–110. https://doi.org/10.1080/00049158.2001.10676173

Downes, G.M.; Worledge, D.; Schimleck, L.; Harwood, C.; French, J.; Beadle, C. 2006. The effect of growth rate and irrigation on the basic density and kraft pulp yield of Eucalyptus globulus and E. nitens. New Zealand Journal of forestry 51(3): 13-22. http://hdl.handle.net/102.100.100/174363?index=1

Downes, G.M.; Harwood, C.; Washusen, R.; Ebden, N.; Evans, R.; White, D.; Dumbrell, I. 2014. Wood properties of Eucalyptus globulus at three sites in Western Australia: Effects of fertiliser and plantation stocking. Australian Forestry 77(3-4), 179-188. https://doi.org/10.1080/00049158.2014.970742.

Drew, D.M.; Bruce, J.; Downes, G.M. 2017. Future wood properties in Australian forests: effects of temperature, rainfall and elevated CO₂. Australian Forestry 80(4): 242–254. https://doi.org/10.1080/00049158.2017.1362937.

Eufrade-Junior, H.J.; Ballarin, A.W.; Villamagua-Vergara, G.C.; Guerra, S.P.S. 2017. Effect of silvicultural management on wood density from short rotation forest systems. Maderas-Cienc Tecnol 9(3): 285-292. https://doi.org/10.4067/S0718-221X2017005000024.

Gion, J.-M.; Carouche, A.; Deweer, S.; Bedon, F.; Pichavant, F.; Charpentier, J.-P.; Bailleres, H.; Rozenberg, P.; Carocha, V.; Ongouabi, N.; Verhaegen, D.; Grima-Pettenati, J.; Vigneron, P.; Plomion, C. 2011. Comprehensive genetic dissection of wood properties in a widely-grown tropical tree: Eucalyptus. BMC Genomics 12:301. https://doi.org/10.1186/1471-2164-12-301

Gonçalves, J.L.M.; Stape, J.L.; Lclau, J.-P.; Smethurst, P.; Gava, J.L. 2004. Silvicultural effects on the productivity and wood quality of eucalypt plantations. Forest Ecol Manag 193(1-2): 45–61. https://doi.org/10.1016/j.foreco.2004.01.022

Gough, D.K.; Bell, R.E.; Ryan, P.A.; Bragg, C.T. 1989. Drying and burning properties of the wood of some Australian tree species. In: D.J. Boland (ed.) Trees for the Tropics: Growing Asutalian Multipurpose Trees and Shrubs in Developing Countries. Australian Centre for International Agricultural Research: Canberra, ISBN 10: 0949511870, pp. 177-186.

Hein, P.R.G.; Bouvet, J.-M.; Mandrou, E.; Vigneron, P.; Clair, B.; Chaix, G. 2012. Age trends of microfibril angle inheritance and their genetic and environmental correlations with growth, density and chemical properties in Eucalyptus urophylla ST Blake wood. Annals of Forest Science 69(6): 681–691. https://doi.org/10.1007/s13595-012-0186-3.

Hsing, T.Y.; Figueiredo-De Paula, N.; Cesar-De Paula, R. 2016. Características dendrométricas, químicas e densidade básica da madeira de híbridos de Eucalyptus grandis x Eucalyptus urophylla. Cienc Florest 26(1): 273-283. https://doi.org/10.5902/1980509821119.

Jankowsky, I.P. 1979. Madeira juvenil: formação e aproveitamento industrial. Inst Pesqui E Ciênc Florestais IPEF, Circular Técnica nº81: 1–15. https://www.yumpu.com/pt/document/read/12985639/madeira-juvenil-formacao-e-aproveitamento-industrial

Jiofack-Tafokou, R.B. 2008. Eucalyptus robusta Sm.. Louppe, D; Oteng-Amoako, A.A; Brink, M. (Editors). PROTA4U: Plant Resources of Tropical Africa. Netherlands. https://prota4u.org/database/protav8.asp?fr=1&g=pc&p=Eucalyptus+robusta+Sm
Koga, M.E.T. 1988. Matérias-primas fibrosas. In: PHILIPP, P.; D’ALMEIDA, M.L.O. Celulose e papel: tecnologia de fabricação da pasta celulósica. IPT: São Paulo, 2ª ed., p. 15-44.

Lima, I.L.; Longui, E.L.; Santini Junior, L.; Garcia, J.N.; Florsheim, S.M.B. 2010. Effect of fertilization on cell size in wood of Eucalyptus grandis Hill ex Maiden. Cerne 16(4): 465–472. https://doi.org/10.1590/S0104-77602010000400006.

Makouanzi, C.G.; Chaix, G.; Nourissier, S.; Vigneron, P. 2017. Genetic variability of growth and wood chemical properties in a clonal population of Eucalyptus urophylla x Eucalyptus grandis in the Congo. Southern Forests: a Journal of Forest Science 80(2): 151-158. https://doi.org/10.2989/20702620.2017.1298015

Malan, F.S. 1995. Eucalyptus improvement for lumber production. In: Seminário Internacional de Utilização da Madeira de Eucalyptus para Serraria, 1995, São Paulo, Brasil. IPEF/IPT/IUFRO/LCF/ ESALQ/ USP, 1995. p.1-19.

Malik, M.F.E.I.; Abdelgadir, A.Y. 2015. Effect of growth rate on wood density of Eucalyptus camaldulensis wood of coppice origin grown in White Nile State Sudan. Journal of Forest Products & Industries 4(3): 86-93.

Muneri, A.; Daido, T.; Henson, M.; Johnson, I. 2007. Variation in pulpwood quality of superior Eucalyptus dunnii families grown in NSW. Appita J 60(1):74-77.

Naidoo, S.; Zbonak, A.; Pammenter, N.W.; Ahmed, F. 2007. Assessing the effects of water availability and soil characteristics on selected wood properties of E. grandis in South Africa. In: Eucalypts and Diversity: Balancing Productivity and Sustainability. Proceedings of the IFURO Working Group 2.08.03 Conference, Durban, South Africa. 22-26 October 2007.

Olsen, S.R.; Cole, C.V.; Watanabe, F.S.; Dean, L. 1954. Estimation of available phosphorus in soils by extraction with sodium bicarbonate, USDA Circular 939:1-19. U.S. Government Publishing Office: Washington D.C. https://pdfs.semanticscholar.org/681a/42d80a5dd02d2917a7ee4af079916c576f29.pdf?_ga=2.12567632.1702205193.1592317961-1033576149.1587624660

Protásio, T.P.; Neves, T.A.; Aparicida Dos Reis, A.; Trugilho, P.F. 2014. Efeito da idade e clone na qualidade da madeira de Eucalyptus spp. visando à produção de bioenergia. Cienc Florest 24(2): 465-477. https://doi.org/10.5902/1980509814587.

Randrianjafy, H; Deleporte, P. 1995. Tables de production des taillis d’Eucalyptus robusta pour la région de Manjakandriana. Agritop. CIRAD: Antananarivo, Madagascar. https://agritrop.cirad.fr/565887/

Rawls, W.J.; Pachepsky, Y.A.; Ritchie, J.C.; Sobecki, T.M.; Bloodworth, H. 2003. Effect of soil organic carbon on soil water retention. Geoderma 116(1-2): 61–76. https://doi.org/10.1002/hyp.11070.

Raymond, C.A.; Muneri, A. 2000. Effect of fertilizer on wood properties of Eucalyptus globulus. Can J Forest Res 30(1): 136–144. https://doi.org/10.1139/x99-186

Razafimahatratra, A.R.; Ramanantsoandro, T.; Razafimaharo, V.; Chaix, G. 2016. Provenance and progeny performances and genotype × environment interactions of Eucalyptus robusta grown in Madagascar. Tree Genet Genomes 12(3):1-14. https://doi.org/10.1007/s11295-016-0999-6
Razakamanarivo, R.H.; Razafindrakoto, M.A.; Albrecht, A. 2010. Fonction puits de carbone des taillis d’eucalyptus à Madagascar. Bois For Trop 305(3): 5-19. https://doi.org/10.19182/bft2010.305.a20438

Razakamanarivo, R.H.; Razakavololona, A.; Razafindrakoto, M.-A.; Vielledent, G.; Albrecht, A. 2012. Below-ground biomass production and allometric relationships of eucalyptus coppice plantation in the central highlands of Madagascar. Biomass Bioenerg 45: 1-10. https://doi.org/10.1016/j.biombioe.2011.01.020

R Core Team. 2017. R: A Language and Environment for Statistical Computing. https://www.R-project.org/

Roderick, M.L.; Berry, S.L. 2001. Linking wood density with tree growth and environment: a theoretical analysis based on the motion of water. New Phytol 149(3): 473-485. https://doi.org/10.1046/j.1469-8137.2001.00054.x

Rzasa, S.; Owczarzak, W. 2013. Methods for the granulometric analysis of soil for science and practice. Polish J Soil Sci XLVI(1):1-50. https://www.iuss.org/media/pjss_842-1674-1-sm.pdf

Santana, W.M.S.; Calegario, N.; Arantes, M.D.C.; Trugilho, P.F. 2012. Effect of age and diameter class on the properties of wood from clonal Eucalyptus. Cerne 18(1): 1-8. http://dx.doi.org/10.1590/S0104-77620212000100001.

Searson, M.J.; Thomas, D.S.; Montagut, K.D.; Conroy, J.P. 2004. Wood density and anatomy of water-limited eucalypts. Tree Physiol 24(11): 1295-1302. https://doi.org/10.1093/treephys/24.11.1295.

Sette Jr, C.R.; Rosada-De Oliveira, I.; Tomazello-Filho, M.; Yamaji, F.M.; Laclau, J.P. 2012. Efeito da idade e posição de amostragem na densidade e características anatômicas da madeira de Eucalyptus grandis. Rev Arvore 36(6): 1183-1190. https://doi.org/10.1590/S0100-676220120000600019.

Severo, E.T.D.; Calonego, F.W.; Sansigolo, C.A. 2006. Composição química da madeira de Eucalyptus citriodora em função das direções estruturais. Silva Lusitana 14(1): 113-126. http://www.scielo.mec.pt/pdf/slu/v14n1/v14n1a09.pdf

Thomas, D.S.; Montagut, K.D.; Conroy, J.P. 2007. Temperature effects on wood anatomy, wood density, photosynthesis and biomass partitioning of Eucalyptus grandis seedlings. Tree Physiol 27(2): 251–260. https://doi.org/10.1093/treephys/27.2.251

Trugilho, P.F.; Lima, J.T.; Mendes, L.M. 1996. Influência da idade nas características físico-químicas e anatômicas da madeira de Eucalyptus saligna. Cerne 2: 94-111.

Verhaegen, D.; Randrianjafy, H.; Montagne, P.; Danthu, P.; Rabeohitra, R.; Tassin, J.; Bouvet, J.M. 2011. Historique de l’introduction du genre Eucalyptus à Madagascar. Bois For Trop 309(3): 17-25. http://bft.cirad.fr/cd/BFT_309_17-25.pdf

Walkley, A.; Black, I.A. 1934. An examination of the Degtjareff method for determining soil organic matter and a proposed modification of the chromic acid titration method. Soil Sci 37(1): 29-38. https://doi.org/10.1097/00010694-193401000-00003.

Wehr, T.R. 1991. Variação nas características da madeira de Eucalyptus grandis Hill ex Maiden e suas influências na qualidade de cavacos em cozimentos Kraft. Tese M.S. ESALQ/Universidade de Sao Paulo, Piracicaba, Brésil.

Zbonak, A.; Bush, T.; Grzeskowiak, V. 2007. Comparison of tree growth, wood density and anatomical properties between coppiced trees and parent crop of six Eucalyptus genotypes. IUFRO 2.08.03 “Eucalypts and diversity: balancing productivity and sustainability’. Durban South Africa Oct 22-26, 2007.

Zhao, X.; Yu, Q.; Ding, N.; Xia, J.S. 2014. Changes in soil properties and quality for a Eucalyptus introduction area: a case study in Lancang County, Yunnan Province. J Residuals Sci Tech 11(4):107–117. https://www.destechpub.com/wp-content/uploads/2019/01/JRST-Volume-11-Number-4-October-2014.pdf?x96433

Zobel, B.J.; Buijtenen, J.P. Van. 2012. Wood variation: its causes and control. Springer Verlag, Berlin, Germany. ISBN 978-3-642-74069-5